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Over the past two decades, intense research has gone into the improvement of quantum dot properties and the diversification of their use.[1–5] The vast majority of research has been directed into improving the optical properties of quantum dots by increasing quantum yields,[6–8]  photostability,[9,10] increasing the range of optical activity[11–13] and eliminating “blinking”.[14–16]
	Enhancement of the optical properties and quantum yields relies on the reduction of surface defects in the QD lattice fringes. These surface defects “trap” excitons, preventing electron-hole recombination, which leads to a broadening of the QD photoluminescence and a reduction in quantum yield.[17–20]
	In 1990, Kortan et al.[21] reported that an overgrowth of a shell with a larger band gap than the QD core dramatically improves the photoluminescence and quantum yield, due to better quantum confinement of the exciton in the QD core by a semi-conducting material. Lattice matching between the core and shelling materials is paramount, as this reduces the amount of surface defects and leads to a higher overall quantum yield. A QD shell also prevents QD core photo-oxidation, which results in a periodic decline in photoluminescence.
	Organometallic routes towards the overgrowth of a shell have led to vastly improved quantum yields, advancing QD materials and devices towards commercial viability.[22–24] Bawendi and co-workers developed the first organometallic route to a zinc sulphide (ZnS) shell around CdSe QDs,[25] whereby the slow injection of diethylzinc and hexamethyldisilathiane were utilised, both pyrophoric and toxic materials. Since then, the use of fatty acid salts of zinc and elemental sulphur have been reported, but these routes require multiple injection steps.[26,27]
	A more attractive approach is the use of air-stable, single-source precursors, which decompose at low temperatures, yielding the desired material. Metal dithiocarbamates represent a class of compounds which decompose to yield corresponding metal sulphides.[28] This approach has been used successfully by our group to yield highly crystalline metal-sulphide nanoparticles in oleylamine.[29] It has been shown that zinc diethyldithiocarbamate can be used to grow a ZnS shell of tunable size around QDs in the presence of surfactants,[24,30,31] however, the use of different metal-dithiocarbamates for shell synthesis and for the furtherance of QD optical properties has been under-explored.




Synthesis and characterisation of QDs

CdSe (n-type, II-VI) (a) and InP (p-type, III-V) (b) QDs were synthesised using a hot-injection method described elsewhere.[32–34] The QDs were then shelled by decomposing a mixture of zinc(II) diethyldithiocarbamate and metal dithiocarbamate [M = Cd (1a, 1b), Hg (2a, 2b), Cu(3a)] complexes at 120 ºC for 2 hours in the presence of 1-octadecene, trioctylphosphine and oleylamine. The molar ratios of Zn to metal dithiocarbamates (1-3) used were: 1-1, 3-1, 7-1 and 15-1 unless stated otherwise.
	ZnS was chosen as a shell “matrix” in order to preserve luminescence and colloidal stability due to the ability of ZnS to provide good lattice matching between the QD core and shell on numerous semi-conducting nanocrystals.[24,35–37]
	As-synthesised QDs were analysed using transmission electron microscopy (TEM) and high resolution transmission electron microscopy (HRTEM), with all yielding monodisperse nanocrystals between 3 and 5 nm in diameter (Figure 1).




Cd doping (1a, 1b)

Cd doping afforded a visible increase in the brightness of the resultant CdSe/ZnS-CdS QDs and an increase in the average size of the quantum dots ranging from 3.43 nm for the lowest Cd dopant level to 4.50 nm- a size increase mirrored by the increasing band-gap in the photoluminescence spectra (vide infra). EDS and XPS both showed the ratio of Cd to Se in the unshelled CdSe cores to be the expected 1:1. Surprisingly, upon the overgrowth of a pure ZnS shell both XPS and EDS showed this ratio changed to 2:1 indicating reduced levels of Se (see Tables S2.1 and 3.1). Doping the ZnS shell with Cd resulted in the same 2:1 ratio of Cd to Se for the lower dopant levels (15-1). As expected, EDS and XPS results show an increase in Cd atomic % through the sample with increased levels of doping (see table S2.1 and 3.1). Cd doping in InP/ZnS-CdS at the 15:1 Zn to Cd indicates a 4.28 atomic % of cadmium and a decrease in the ratio of In versus P when compared to the pure InP cores, suggesting In replacement by Cd in the InP lattice.
	Due to the combination of the excitation area of the EDS and the depth etch of XPS both being larger than the QDs, information with regard to the location of the dopant is difficult to ascertain.  In order to determine information of this nature the materials were scaled up, thereby allowing depth analysis. Trends seen on these bulk samples can then tentatively be suggested to apply in the QD on the nanoscale.  To do this, a 1:1 molar ratio of zinc(II) diethyldithiocarbamate to cadmium(II) diisobutyldithiocarbamate was deposited on bulk CdSe powder using the same shelling protocol applied in 1a.
	ToF-SIMS data taken on this sample showed a marked decrease in Zn concentration as the sample is etched, and a very gradual decrease in Cd concentration. This would indicate that in using our shelling protocol, Zn would act as a shelling medium and Cd would be present in both the shell and core (see figure S1.1) indicating that Cd can act as a dopant within the ZnS lattice. It is noteworthy that the average sizes of the QDs increases on addition of Cd to the ZnS shell (and indeed other metal dopants) in a linear fashion, with the highest levels of doping yielding the largest QDs (see table S7.1). The average lattice spacings indicated no discernible change in the structures of the different doping levels of CdSe/ZnS-CdS (1a) or InP/ZnS-CdS (1b), with average d-spacings of 0.318 nm and 0.328 nm recorded respectively by HRTEM (see table S7.1 and figure 2C).

Hg doping (2a, 2b)

	Addition of CdSe QD cores to a solution of mercury(II) diethyldithiocarbamate in hexane resulted in the instantaneous formation of a black dispersion, indicating a spontaneous reaction (see ESI for video content). This is not unexpected, as it is well known that mercury has a high affinity for alloying with selenium, a property that makes it a very potent neurotoxin.[38,39]  This spontaneous decomposition was not observed when shelling the InP cores. In the attempted shelling of CdSe and InP with Hg doped ZnS (2a, 2b) HRTEM analysis revealed CdSe and InP QDs gave average d-spacing values of 0.322 and 0.314 nm, corresponding to the <111> planes of CdSe and InP respectively, thus the overgrowth of a shell did not affect the crystalline structure of the core material (Figure 1 and 2).[11] 








	To gauge the location of the Hg within the doped samples, ToF-SIMS analysis was performed on a sample of bulk CdSe coated using the shelling protocol with a 1:1 ratio of mercury(II) diethyldithiocarbamate and zinc(II) diethyldithiocarbamate. This showed an increase in the Cd concentration with increasing etch time, indicating cadmium would be present in the QD core only, in contrast to that seen in the CdS-ZnS shelling in 1a. The Zn concentration decreases with etch time indicating that ZnS is acting as a shell over the CdSe. The Zn concentration trend is similar to that observed from the ToF-SIMS analysis of the Cd doped sample in 1a. Unfortunately, mercury atoms have a very low ionisation efficiency for ToF-SIMS, which renders them practically undetectable by this method, and as such we can only postulate as to the final composition of the shell in CdSe/ZnS-HgS QDs. A core/shell/shell type system comprising CdSe/HgS-Se/ZnHgS or CdSe/HgS/ZnS seem to be the most promising candidates- the spontaneous decomposition of mercury(II) diethyldithiocarbamate within the CdSe QD cores suggests that the former maybe more likely.








	Optical properties of the QDs altered dramatically upon shelling with different ZnS/metal sulphide composite shells. The increase in quantum yield upon shelling with ZnS has been well-documented.[7,24,30,34]  In this work a similar trend was observed whereby the quantum yield of CdSe (29.8 %) and InP (13.6%) is increased on ZnS shelling (45.24% and 33.72% for CdSe and InP respectively).  
	Shelling the QD cores (CdSe, InP) with a mixture of M/Zn dithiocarbamate (M = Cd, Hg) has varying effects on the overall QD photoluminescence. We have shelled CdSe and InP cores with ZnS doped with Cd, Hg and analyzed the effect of the dopants on the spectroscopic properties of the particles to ascertain trends as the group IIB triad is descended. Optical properties of previously reported Cu doped ZnS shelled CdSe QDs is scrutinized more thoroughly. 

Cadmium doping (1a, 1b)





In general for Cd-doped ZnS shells, it was found that the band gap decreases with increasing Cd content (see figure S5.1). Figure 1 shows absorbance and photoluminescence spectra for CdSe/ZnS QDs that have been shelled with different ratios of Zn:Cd.




Where " " is the characteristic lifetime, ""  the stretching exponent and "A"  the pre-exponential factor. This function has been chosen to reflect the fact that the luminescence lifetimes of QDs consist of a broad distribution of lifetimes, caused by a multitude of available recombination pathways. A stretching exponent of  =1 represents a single exponential decay, whereas smaller values indicate a broader distribution. Table 1 shows the luminescence lifetimes and stretching exponents of the Cd doped QDs. A slight increase of the luminescence lifetimes and a narrowing of the distribution can be observed with increasing Cd concentration. This indicates an increase in the number of defects when adding Cd to the shell synthesis.

Sample	 (ns)	
15:1	8.83 ± 0.04	0.668 ± 0.002
7:1	18.8 ± 0.08	0.859 ± 0.003
3:1	15.76 ± 0.05	0.828 ± 0.002
1:1	16.89 ± 0.63	0.83 ± 0.026

Table 1: Luminescence lifetime and stretching exponents of Cd doped QDs.


These results stand in stark contrast to data obtained by others for core/shell/shell type CdSe/CdS/ZnS QDs,[44] as the number of defects decrease with the formation of a CdS intermediate shell, which leads to the conclusion that Cd atoms “dope” the ZnS shell at low concentration and form a (Cd/Zn)S alloy at higher concentrations. This finding has been supported by time-of-flight secondary ion mass spectroscopy (ToF-SIMS) on model systems, which indicates the QDs would have a high concentration of Cd on the outer surface of the particles (figure S1.1).
	InP/ZnS-CdS QDs (1b) exhibited similar quantum yields to their InP/ZnS counterparts, and not the large increase shown by CdSe/ZnS-CdS   (e.g, 35.0, 33.7 % for 1b and InP/ZnS respectively),  due to the increase in surface defects possibly brought about by the distortion of ZnS lattice and greater lattice mismatch affected by large Cd atoms (table S6.2). This conclusion is supported by longer photoluminescence lifetimes for InP/ZnS vs. InP/ZnS-CdS (τ values of 40 and 33 ns respectively).
	
Mercury doping (2a, 2b)






	Similar to the observations made with Cd doping, the photoluminescence lifetimes increased to values of ca. 40 ns with stretching exponents of ca. 0.8 when increasing the Hg concentration in the shell synthesis. This increase in photoluminescence lifetime can be attributed to an increase in the number of defects and increased lattice strain introduced through the incorporation of large Hg atoms into the QD shell.





Doping Cu into ZnS shells on CdSe QDs was found to reduce the overall photoluminescence of the QDs dramatically, and introduce a defect into the CdSe lattice. This causes a long-lived emission centred around 660 nm. However, previous work has shown these QDs to be an effective source of Cu+ ions for catalysing Huisgen “click” chemistry.[31]




	Low levels of Cu were detected in the QDs, and the blue shifting of the luminescence indicates a shrinking of the effective QD diameter, so it is reasonable to assume that Cu exchanges against Cd in the QD as highlighted in the literature.[49,50] According to our previous study, Cu is released into solution upon UV irradiation, however a large amount will still remain on the surface. Indeed, Isarov and Chrysochoos investigated increasing the concentration of copper(II) perchlorate on CdS QDs in 2-propanol.[51] They found that the photoluminescence developed a second feature and blue-shifting of the CdS band-edge photoluminescence occurred with increasing copper concentration. Isarov and Chrysochoos postulated the formation of small Cu2S nanoparticles on the surface after ion exchange with Cd2+ with Cu2+ in solution. The poor solubility product of Cu2S and CuS compared to that of Cd2+ is the driving force behind the ion exchange, with QD excitation reducing Cu2+ to Cu+. This, coupled with vigorous photo-oxidation of the QD shell, certainly supports our previous conclusions for photo-activated Cu+ metal release.




	In conclusion, we have investigated a one-pot method of shelling CdSe and InP QDs via the decomposition of different metal dithiocarbamates onto QD surfaces. The different metal dopants used included: Cd, Hg and Cu and the effects on QD photoluminescence studied.  
	Cu doping dramatically reduces the photoluminescence and quantum yield of CdSe QDs. A second feature also appears in the photoluminescence spectra, most likely caused by surface defects and localised ion-exchange on the core/shell boundary.
	A shell of ZnS (non-doped) red-shifts QD photoluminescence due to leaking of the exciton into a larger band-gap shell and the quantum yield also increases due to a reduction in surface defects and through the shielding of an easily oxidised surface. Shelling with a mixture of CdS and ZnS has a similar effect, insofar as the photoluminescence is red-shifted (but to a greater extent than just ZnS due to the larger atomic radius of Cd).
	It was found that mercury(II) diethyldithiocarbamate decomposed instantaneously onto CdSe QD surfaces, before Zn decomposed, potentially creating a core/shell/shell type structure due to the decomposition rates and temperatures of Hg vs. Zn diethyldithiocarbamate species. Hg also red-shifted the photoluminescence significantly, primarily due to the creation of a low energy electronic sub-band, creating a type II QD system. However, further work is required to elucidate the exact composition and mechanism of photoluminescence.
	The method we present can ostensibly be applied to any type of QD, with any combination of dopants. We have also shown that photoluminescence properties of QDs can be tuned by the amount of metal dopant in the QD shell, with infrared emission profiles easily achievable, which has tremendous potential for use in solar cells.
Experimental Section 

Synthesis of metal(II) diethyldithiocarbamate: 
In a typical synthesis NaS2N(CH2CH3)2.3H2O (2.65 g, 11.74 mmol) dissolved in deionised water (40 ml) was added dropwise to a solution of MCl2.xH2O (M = Zn, Cd, Hg, Cu, 5.87 mmol) dissolved in deionised water (40 ml), forming a precipitate. The mixture was stirred for 2 hours, filtered, washed with deionised water (3 × 30 ml) and dried. The product was then dissolved in dichloromethane (50 ml) and stirred with magnesium sulphate for 30 minutes, after which the mixture was filtered and the filtrate dried in vacuo. The product was re-crystallised from chloroform. 

M = Cd Yield 2.03g, 85%. Anal. Calc. (found) for C10H20N2S4Cd: C, 29.37 (29.39); H, 4.93 (4.95); N, 6.85 (6.83). 

M = Hg Yield 2.75g, 94%. Anal. Calc. (found) for C10H20N2S4Hg: C, 24.16 (24.15); H, 4.06 (4.07); N, 5.64 (5.62). 

M = Cu Yield 1.84g, 87%. Anal. Calc. (found) for C10H20N2S4Cu: C, 33.36 (33.33); H, 5.60 (5.58); N, 7.78 (7.74)

Synthesis of CdSe QDs: 
CdSe QDs were synthesised according to Roullier et al.[32] with modifications. Briefly, a nitrogen-purged three necked flask was charged with cadmium(II) oxide (0.0514 g, 0.4 mmol), 1-dodecylphosphonic acid (0.220 g, 0.88 mmol), hexadecylamine (1.928 g, 8 mmol) and trioctylphosphine oxide (3.71 g, 9.6 mmol). The mixture was vacuum/back-filled with nitrogen three times before heating to 320 ºC, for 1 hour, until the solution turned colourless. The temperature was subsequently lowered to 270 ºC. Then 8.2 ml of a solution of selenium (0.315g, 4 mmol) in trioctylphosphine (10 ml, 22.4 mmol) was rapidly injected, and the QDs allowed to grow for two minutes before rapid cooling with boiling water. The flask was cooled to room temperature, before addition of chloroform (10 ml). CdSe QDs were precipitated with ethanol (~80 ml), isolated by centifugation (5 minutes at 3000 × g). The QDs were washed twice with ethanol (2 × 60 ml) to remove any unbound surfactants, and dispersed in n-hexane (10 ml).

Synthesis of InP QDs:
Indium phosphide QDs were synthesised according to Xu et. al.[33,34] Briefly, a nitrogen-purged Schlenk flask was charged with stearic acid (28.5 mg, 0.1 mmol), zinc undecylenate (86 mg, 0.2 mmol), indium(III) chloride (22 mg, 0.1 mmol) and hexadecylamine (48 g, 0.2 mmol). To this, 1-octadecene (2 ml) was added, and the mixture vacuum/back filled with nitrogen three times before heating to 270 ºC. On reaching 270 ºC, a solution of tris(trimethylsilyl)phosphine (1 ml, 0.1 M) in 1-octadecene was rapidly injected, and the solution heated at 240 ºC for 20 minutes to allow the QDs to grow. The flask was then placed in water to cool to room temperature, before addition of toluene (4 ml). InP QDs were precipitated with ethanol (~80 ml) and isolated by centifugation (5 minutes at 3000 × g). The QDs were washed twice with ethanol (2 × 60 ml) to remove any unbound surfactants, and dispersed in n-hexane (10 ml).

Synthesis of ZnS-metal shells:




Received: ((will be filled in by the editorial staff))
Revised: ((will be filled in by the editorial staff))





[1]	 A. Alivisatos, Science 1996, 271, 933.
[2]	 J. Bear, G. Charron, M. T. Fernández-Argüelles, S. Massadeh, P. McNaughter, T. Nann, in BetaSys Syst. Biol. Regul. Exocytosis Pancreat. ß-Cells, Springer New York, 2011, pp. 185–220.
[3]	 C. B. Murray, D. J. Norris, M. G. Bawendi, J. Am. Chem. Soc. 1993, 115, 8706.
[4]	 I. L. Medintz, H. T. Uyeda, E. R. Goldman, H. Mattoussi, Nat. Mater. 2005, 4, 435.
[5]	 K. Ramasamy, M. A. Malik, N. Revaprasadu, P. O’Brien, Chem. Mater. 2013, 25, 3551.
[6]	 Y. Yang, O. Chen, A. Angerhofer, Y. C. Cao, J. Am. Chem. Soc. 2008, 130, 15649.
[7]	 J. Hao, J. Zhou, C. Zhang, Chem. Commun. 2013, 49, 6346.
[8]	 X. Cai, J. E. Martin, L. E. Shea-Rohwer, K. Gong, D. F. Kelley, J. Phys. Chem. C 2013, 117, 7902.
[9]	 F. Pietra, R. J. A. van Dijk - Moes, X. Ke, S. Bals, G. Van Tendeloo, C. de Mello Donega, D. Vanmaekelbergh, Chem. Mater. 2013, 25, 3427.
[10]	 S. Jun, E. Jang, Angew. Chem., Int. Ed. 2013, 52, 679.
[11]	 S. J. Rosenthal, J. McBride, S. J. Pennycook, L. C. Feldman, Surf. Sci. Rep. 2007, 62, 111.
[12]	 D. Chen, R. Viswanatha, G. L. Ong, R. Xie, M. Balasubramaninan, X. Peng, J. Am. Chem. Soc. 2009, 131, 9333.
[13]	 T. Aubert, M. Cirillo, S. Flamee, R. Van Deun, H. Lange, C. Thomsen, Z. Hens, Chem. Mater. 2013, 25, 2388.
[14]	 F. Pisanello, G. Leménager, L. Martiradonna, L. Carbone, S. Vezzoli, P. Desfonds, P. D. Cozzoli, J.-P. Hermier, E. Giacobino, R. Cingolani, M. De Vittorio, A. Bramati, Adv. Mater. 2013, 25, 1974.
[15]	 X. Wang, X. Ren, K. Kahen, M. A. Hahn, M. Rajeswaran, S. Maccagnano-Zacher, J. Silcox, G. E. Cragg, A. L. Efros, T. D. Krauss, Nature 2009, 459, 686.
[16]	 A. Zhang, C. Dong, H. Liu, J. Ren, J. Phys. Chem. C 2013, 117, 24592.
[17]	 V. Babentsov, J. Riegler, J. Schneider, O. Ehlert, T. Nann, M. Fiederle, J. Cryst. Growth 2005, 280, 502.
[18]	 O. Ehlert, A. Osvet, M. Batentschuk, A. Winnacker, T. Nann, J. Phys. Chem. B 2006, 110, 23175.
[19]	 K. Manzoor, S. . Vadera, N. Kumar, T. R. Kutty, Mater. Chem. Phys. 2003, 82, 718.
[20]	 C. Lorbeer, J. Cybinska, A.-V. Mudring, J. Mater. Chem. C 2014, 2, 1862.
[21]	 A. R. Kortan, R. Hull, R. L. Opila, M. G. Bawendi, M. L. Steigerwald, P. J. Carroll, L. E. Brus, J. Am. Chem. Soc. 1990, 112, 1327.
[22]	 A. Pandey, S. Brovelli, R. Viswanatha, L. Li, J. M. Pietryga, V. I. Klimov, S. A. Crooker, Nat. Nanotechnol. 2012, 7, 792.
[23]	 M. Lazell, P. O’Brien, Chem. Commun. 1999, 2041.
[24]	 P. Reiss, M. Protière, L. Li, Small 2009, 5, 154.
[25]	 B. O. Dabbousi, J. Rodriguez-Viejo, F. V. Mikulec, J. R. Heine, H. Mattoussi, R. Ober, K. F. Jensen, M. G. Bawendi, J. Phys. Chem. B 1997, 101, 9463.
[26]	 D. V. Talapin, R. Koeppe, S. Götzinger, A. Kornowski, J. M. Lupton, A. L. Rogach, O. Benson, J. Feldmann, H. Weller, Nano Lett. 2003, 3, 1677.
[27]	 R. Xie, D. Battaglia, X. Peng, J. Am. Chem. Soc. 2007, 129, 15432.
[28]	 G. Hogarth, Progress in Inorganic Chemistry: Volume 53, 2005.
[29]	 N. Hollingsworth, A. Roffey, H. Islam, M. Mercy, A. Roldan, W. Bras, M. Wolthers, C. R. A. Catlow, G. Sankar, G. Hogarth, N. H. de Leeuw, Chem. Mater. 2014, DOI 10.1021/cm503174z.
[30]	 J. R. Dethlefsen, A. Døssing, Nano Lett., 2011, 11, 1964.
[31]	 J. C. Bear, N. Hollingsworth, P. D. McNaughter, A. G. Mayes, M. B. Ward, T. Nann, G. Hogarth, I. P. Parkin, Angew. Chem., Int. Ed. 2014, 53, 1598.
[32]	 V. Roullier, F. Grasset, F. Boulmedais, F. Artzner, O. Cador, V. Marchi-Artzner, Chem. Mater. 2008, 20, 6657.
[33]	 S. Xu, S. Kumar, T. Nann, J. Am. Chem. Soc. 2006, 128, 1054.
[34]	 S. Xu, J. Ziegler, T. Nann, J. Mater. Chem. 2008, 18, 2653.
[35]	 M. Cirillo, T. Aubert, R. Gomes, R. Van Deun, P. Emplit, A. Biermann, H. Lange, C. Thomsen, E. Brainis, Z. Hens, Chem. Mater. 2014, 26, 1154.
[36]	 A. M. P. Hussain, S. N. Sarangi, S. N. Sahu, Mater. Chem. Phys. 2012, 137, 389.
[37]	 O. I. Mićić, B. B. Smith, A. J. Nozik, J. Phys. Chem. B 2000, 104, 12149.
[38]	 M. A. Reeves, P. R. Hoffmann, Cell. Mol. Life Sci. 2009, 66, 2457.
[39]	 T. W. Clarkson, L. Magos, Crit. Rev. Toxicol. 2006, 36, 609.
[40]	 H. Borchert, S. Haubold, M. Haase, H. Weller, C. McGinley, M. Riedler, T. Möller, Nano Lett. 2002, 2, 151.
[41]	 S. N. Sharma, H. Sharma, G. Singh, S. M. Shivaprasad, Nucl. Instrum. Methods Phys. Res. Sect. B Beam Interact. Mater. At. 2006, 244, 86.
[42]	 H. Virieux, M. Le Troedec, A. Cros-Gagneux, W.-S. Ojo, F. Delpech, C. Nayral, H. Martinez, B. Chaudret, J. Am. Chem. Soc. 2012, 134, 19701.
[43]	 S. Hou, X. Zhang, H. Mao, J. Wang, Z. Zhu, W. Jing, Phys. Status Solidi B 2009, 246, 2333.
[44]	 R. Xie, U. Kolb, J. Li, T. Basché, A. Mews, J. Am. Chem. Soc. 2005, 127, 7480.
[45]	 Y. S. Wang, P. J. Thomas, P. O’Brien, J. Phys. Chem. B 2006, 110, 21412.
[46]	 Y.-J. Lee, T.-G. Kim, Y.-M. Sung, Nanotechnology 2006, 17, 3539.
[47]	 E. Kuçur, W. Bücking, R. Giernoth, T. Nann, J. Phys. Chem. B 2005, 109, 20355.
[48]	 E. Kuçur, J. Riegler, G. A. Urban, T. Nann, J. Chem. Phys. 2003, 119, 2333.
[49]	 K. M. Gattas-Asfura, R. M. Leblanc, Chem. Commun. 2003, 2684.
[50]	 D. H. Son, S. M. Hughes, Y. Yin, A. P. Alivisatos, Science 2004, 306, 1009.
[51]	 A. V. Isarov, J. Chrysochoos, Langmuir 1997, 13, 3142.








































































The table of contents entry: Tri-light. Shell formation on core/shell II-VI and III-V semicondutor nanocrystals with the triad of Group IIB metals is presented, with luminescence and effect on quantum yield investigated. Shells are formed from the decomposition of as-synthesised metal dithiocarbamates; stable, single-source precursors for metal sulphides, making this a versatile and facile method for quantum dot shelling. 
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1. Tof-SIMS depth profile data for CdSe/ZnS-CdS,  CdSe/ZnS-HgS


Figure S1.1: ToF-SIMS depth profile of CdSe/ZnS-CdS quantum dots, where the shell was grown in the ratio of 1:1 with cadmium.


Figure S1.1 shows the ToF-SIMS depth profile of CdSe/ZnS (Cd doped) quantum dots. Since this measurement was performed on a dried sample of nanoparticles, the results do not reflect the depth profile of an individual particle, however they show a trend that is comparable.


Figure S1.2: left: depth profile of CdSe/ZnS QDs. Right: CdSe/ZnS-HgS for comparison.





Figure S1.3: ToF-SIMS depth profile of Cu doped QDs.

Compared with the depth profile of CdSe/ZnS, it is intriguing that the concentration profile of Cd depletes at deeper levels. Quite expectedly, copper can be found primarily on the surface. 

2. Table of elemental compositions by Energy Dispersive X-Ray spectroscopy (EDS)

Table S2.1: A comparison of elemental compositions of doped CdSe/ZnS-metal sulphide quantum dots samples by atomic % from EDS spectroscopy. The amount of metal dopant has been divided by the atomic % of Zn to allow comparison.


Table S2.2: A comparison of elemental compositions of doped InP/ZnS-metal sulphide quantum dots samples by atomic % from EDS spectroscopy. The amount of metal dopant has been divided by the atomic % of Zn to allow comparison.

3. Table of elemental compositions by X-Ray Photoelectron spectroscopy (XPS)


Table S3.1: A comparison of elemental compositions of doped CdSe/ZnS-metal sulphide quantum dots samples by atomic % from XPS. The amount of metal dopant has been divided by the atomic % of Zn to allow comparison.

Table S3.2: A comparison of elemental compositions of doped InP/ZnS-metal sulphide quantum dots samples by atomic % from XPS. The amount of metal dopant has been divided by the atomic % of Zn to allow comparison.
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Figure S5.2: Overlaid UV/vis spectra of  CdSe/ZnS-HgS Qds.

6. Tabulated Photoluminescence quantum yields






Table S6.2: Tabulated photoluminescence quantum yields for doped InP/ZnS-MS QDs.







































Table S7.1: Tabulated QD sizes and d-spacings for doped InP/ZnS-MS Qds.

8. Additional XPS characterisation











Oleylamine (technical grade, ≤70%), trioctylphosphine (technical grade, 90%), trioctylphosphine oxide (technical grade, 90%), 1-octadecene (technical grade, 90%), zinc diethyldithiocarbamate (97%), Sodium diethyldithiocarbamate trihydrate, indium(III) chloride (98 %), tris(trimethylsilyl)phosphine (95 %), stearic acid (reagent grade, 95 %) and
copper(II) chloride anhydrous powder (≥99.995% trace metals basis) were purchased from Sigma Aldrich and used as received. Cadmium oxide (98.9%), hexadecylamine (technical grade, 90%) and 1-dodecylphosphonic acid (95%) were purchased from Alfa Aesar and used as received. Selenium powder (99.5+%, 200 mesh) was purchased from Acros and used
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